Effect of GGBFS on Workability and Strength of Alkali-activated Geopolymer Concrete

Gautam Kumar 1*, S. S. Mishra 2

1 Research Scholar, Department of Civil Engineering National Institute of Technology Patna, Bihar-800005, India.
2 Professor, Department of Civil Engineering National Institute of Technology Patna, Bihar-800005, India.

Received 18 February 2021; Revised 08 May 2021; Accepted 16 May 2021; Published 01 June 2021

Abstract
This paper focuses on the development of a concrete material by utilizing fly ash and blast furnace slag in conjunction with coarse and fine aggregates with an aim to reduce pollution and eliminate the use of energy extensive binding material like cement. Alternative binding materials have been tried with an aim to get rather an improved concrete material. Alkali-Activated Solution (AAS) made of the hydroxide and silicate solutions of sodium was adopted as the liquid binder whereas, Class F fly ash and Ground Granulated Blast Furnace Slag (GGBFS) mixed in dry state were used as the Geopolymer Solid Binder (GSB). The liquid binder was used to synthesize the solid binder by thermal curing. The paper investigates the use, influence and relative quantities of the liquid and solid binders in the development of the alkali-activated GGBFS based Geopolymer Concrete (GPC). Varying ratios of AAS to GSB were taken to assess their optimum content. Further, different percentages of GGBFS were used as a partial replacement of Class F fly ash to determine the optimum replacement of GGBFS in the GPC. In order to assess their effects on various properties test samples of cubes, cylinders and beams were cast and tested at 3, 7, and 28 days. Thermal curing of GPC has also resorted for favorable results. It was found that AAS to GSB ratio of 0.5 and GGBFS content of 80% yielded the maximum strength with a little unfavorable effect on workability. The overall results indicated that AAS and GGBFS offer good geopolymer concrete which will find its applicability in water scarce areas.

Keywords: Fly Ash; GGBFS; Geopolymer Solid Binder; Alkali-Activated Solution; Geopolymer Concrete; Workability; Mechanical Properties.

1. Introduction
The most widely used material to bind the constituents of conventional concrete has been Portland cement. The gain in strength and durability properties of Portland cement concrete is also considerable. Cement production, on one hand consumes a significant amount of energy and natural raw materials and, on the other hand it liberates solid wastes and carbon dioxide (CO2) gas which cause environmental pollution. The cement industries contribute as much as 5-7% to global CO2 emissions [1, 2]. Massive heaps of wastes of fly ash from coal-based power plants and slag from primary units of iron industries have come up. Disposal of industrial wastes is a big challenge. The process of disposal of industrial and constructional wastes might be uneconomical but increasing demand and price of raw materials coupled with uncompensable damage to the environment have increased the importance of the utilization of these by-product wastes [3]. However, with the use of modern green engineering technologies, environment friendly

*Corresponding author: gautamkr.ce@nitp.ac.in
http://dx.doi.org/10.28991/cej-2021-03091708

© 2021 by the authors. Licensee C.E.J, Tehran, Iran. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC-BY) license (http://creativecommons.org/licenses/by/4.0/).
and more energy-saving binding materials are possible. “Class F” fly ash which is a low calcium by-product with pozzolanic property [4], is formed from anthracite or bituminous coal. At an elevated temperature low calcium fly ash reacts with alkali-activated solution (AAS) which is a mixture of the hydroxide and silicate of sodium solution (NaOH & Na₂SiO₃). The reaction product is an inorganic aluminosilicate polymer known as geopolymer [5, 6]. Fly ash (Class F) and slag act as a geopolymer solid binder (GSB) whereas AAS acts as a geopolymer liquid binder in the GGBFS-alkali activated geopolymer concrete. Fly ash (Class F) contains more quantity of alumina and silica compounds as compared to other classes of fly ash [7]. Slag is reach in calcium oxide, silica, and alumina. The geopolymerisation process is slow at ambient temperature because of the low reactivity of the solid binder with the liquid binder [8]. The rise in the curing temperature accelerates the reactivity of the solid binder with the liquid binder. The solid binders when react with an alkali-activated solution result in sodium aluminosilicate and calcium aluminosilicate gels, respectively at thermal curing conditions. With the higher percentage of GGBFS/slag content, the sodium aluminosilicate gel transforms into calcium aluminosilicate gel. The matrix of the transformed product, because of its higher density, is advantageous in improving durability and strength properties [9, 10].

In the coming years, Class F fly ash might be used as a solid binder in geopolymer to gain higher early strength and better acid and temperature resistance [7, 11]. Most of the parameters such as the concentration of sodium hydroxide solution, the ratio of silicate to hydroxide of sodium solution, the ratio of AAS to GSB, the quantity of fly ash and the curing technique affect the strength properties of the geopolymer concrete. The concentration of sodium hydroxide increases the strength of the geopolymer concrete. Many researchers [10, 12-16] have obtained the optimum ratio of the silicate to hydroxide of sodium between 1.5 to 2.5 keeping a higher molarity of sodium hydroxide (10 to 16 M) to obtain higher compressive strength. Fly ash based geopolymer concrete gains strength very slowly at an ambient temperature. However, a reasonable gain in strength has been found by resorting to oven curing in the temperature range of 40-90°C [17]. Vijai et al. (2010) and Noushini et al. (2020) [18, 19] have found that fly ash based geopolymer concrete gained maximum strength when cured in the range of 60-75°C for 24 hrs. Additives like GGBS and slag have also been used to improve the mechanical and durability properties of geopolymer concrete [1, 7, 8, 10, 20]. It has also been reported that with the use of 75% fly ash, 25% slag and 14 M concentration of NaOH in preparation of geopolymer concrete yielded a compressive strength value of 35 MPa even at 28 days of ambient curing [7]. The compressive strength of geopolymer concrete increased with the increase of slag content and concentration of NaOH solution [10, 20]. Bellum (2019) found that geopolymer concrete containing 30% fly ash and 70% GGBS yielded compressive strength of 34.15 MPa at a ratio of AAS to GSB of 0.35 and 70°C oven curing for 24Hr followed by 28 days of ambient curing [21]. Ma et al. (2019) reported a maximum compressive strength with 30% slag in geopolymer concrete. However, it also reported that the concentration of NaOH made little difference on 28 days compressive strength [22].

It is seen that most of the researchers emphasize broadly that the geopolymer concrete mixed with fly ash and alkali-activated solution (AAS) can yield the maximum compressive strength at a concentration of NaOH between 15.5 -16 M and at a ratio of silicate to hydroxide of sodium solution between 1.5-2.5. Very few investigations have reported about the mechanical properties of geopolymer concrete (GPC) containing fly ash and ground granulated blast furnace slag (GGBFS) and about the ratio of AAS to GSB.

Therefore, this research work strives to develop a concrete material composed of fly ash and blast furnace slag together with coarse and fine aggregates with an aim to reduce the environmental pollution by utilizing fly ash and blast furnace slag and also to eliminate the use of energy extensive binding material like cement. Alternative binding materials containing the hydroxide and silicate of sodium (known as the liquid binder AAS) have been tried with an aim to get an improved concrete material. Apart from the liquid binder, Class F fly ash and ground granulated blast furnace slag (GGBFS) mixed in dry state have also been used as the solid binder. This research paper focuses on the determination of the optimum quantity of GGBFS relative to fly ash to get the maximum strength and workability. Experimental, investigations to determine the effect of the ratio of AAS to GSB on the compressive strength of alkali-activated GPC have been conducted. Thermal curing at 60°C for 24hours was also adopted to watch for its favourable effect. Further, the mechanical properties of GPC containing various percentages of GGBFS as a partial replacement of fly ash, in order to achieve improvement in properties, have been investigated by conducting various experiments like compressive strength, flexural strength, modulus of rigidity and split tensile strength tests.

2. Experimental Investigation

2.1. Materials

The geopolymerisation reaction between the solid binder (“Class F” fly ash and GGBFS) and liquid binder (AAS) forms the geopolymer binding material which is the counter-part of aluminosilicate in Portland cement. Tables 1 and 2 present physical properties and compositions of Class F fly ash and GGBFS. The main components of liquid binder are sodium hydroxide and sodium silicate solutions. Fine and graded coarse aggregates for use in geopolymer concrete were obtained from the local source. The physical properties and grading curve of coarse and fine aggregates (FA) of Zone III as per IS: 383 [23] are specified in Table 3 and Figure 1, respectively.
Table 1. Physical properties of “Class F” fly ash and GGBFS

| Sr. No. | Physical Properties         | “Class F” fly ash | GGBFS   |
|---------|-----------------------------|------------------|---------|
| 1       | Color                       | Light brown      | Off white |
| 2       | Residue retained on 45 µm, (%) | 1.2              | 2.3     |
| 3       | Specific surface area (Blaine), (m²/kg) | 392              | 378     |
| 4       | Specific gravity            | 2.23             | 2.81    |
| 5       | Moisture content, (%)       | 0.09             | 0.11    |
| 6       | Autoclave expansion, (%)    | 0.04             | 0.38    |

Table 2. Chemical composition by mass % of “Class F” fly ash and GGBFS

| Sr. No. | Chemical compounds | “Class F” fly Ash (%) | GGBFS (%) |
|---------|-------------------|-----------------------|-----------|
| 1       | SiO₂              | 60.4                  | 31.6      |
| 2       | Al₂O₃             | 25.8                  | 14.2      |
| 3       | Fe₂O₃             | 4.1                   | 1.7       |
| 4       | CaO               | 2.8                   | 39.5      |
| 5       | MgO               | 0.8                   | 5.9       |
| 6       | SO₃               | 0.65                  | 1.68      |
| 7       | K₂O               | 1.8                   | 0.38      |
| 8       | Na₂O              | 0.76                  | 0.5       |
| 9       | Loss of ignition  | 2.08                  | 3.7       |

Table 3. Physical properties of coarse and fine aggregates

| Sr. No. | Physical properties     | Coarse aggregate (CA) | Fine aggregate (FA) |
|---------|-------------------------|-----------------------|---------------------|
|         |                         | CA-I (fraction I) | CA-II (fraction II) | Rounded   |
| 1       | Shape                   | Angular              | Angular             |           |
| 2       | Maximum size            | 16 mm                | 12.5 mm             | 4.75 mm   |
| 3       | Water absorption        | 0.58%                | 0.71%               | 1.43%     |
| 4       | Surface moisture content| Nil                  | Nil                 | Nil       |
| 5       | Specific gravity        | 2.71                 | 2.69                | 2.65      |
| 6       | Fineness modulus        | -----                | -----               | 2.437     |
| 7       | Aggregate Crushing value| 21.4%                | 22.1%               | -----     |
| 8       | Aggregate Impact value  | 23.7%                | 24.2%               | -----     |

Figure 1. Grading curves of aggregates
2.2. Preparation of the Binder

One day before the casting of the GPC, sodium hydroxide solution was prepared. Sodium hydroxide pellets were kept in plastic vessel of tap water having 97% purity and pH value 7.12-7.20. A magnetic stirrer was used to stir thoroughly until they dissolved. Safety measures were exercised as significant quantity of heat evolved due to exothermic chemical reactions. The alkaline solution was then capped and allowed to cool. The concentration of sodium hydroxide as well as the optimum ratio of sodium silicate to sodium hydroxide was kept 16 M and 1.8 respectively, based on the results of previous studies.

The pH value and specific gravity of 16 M NaOH solution were 12.4 and 1.44, respectively. The sodium silicate solution in gel form was collected from the market. The sodium silicate solution composed of silicon dioxide (SiO$_2$)-30.4%, disodium oxide (Na$_2$O)-11.6%, water-56.9% and the remaining were filler materials. The specific gravity of sodium silicate was 1.38. The sodium silicate gel was mixed with the sodium hydroxide solution. This solution was stirred thoroughly for 5 minutes which resulted in an alkaline-activator solution (liquid binder) through an exothermic reaction [24]. This solution was kept in a tightly capped container.

2.3. Mix Proportion, Mixing, and Preparation of Sample

The mixing process of geopolymer concrete can be either through the dry mix process or wet-mix process. In this study, the dry mix process was adopted. “Class F” fly ash, GGBFS, alkaline-activator solution (AAS) of NaOH and Na$_2$SiO$_3$ solutions, fine aggregate, coarse aggregate, and water were proportioned. To study the effectiveness of the ratio of AAS to GSB on the strength properties of fly ash based GPC, various ratios (0.40, 0.45, 0.50, and 0.55) were adopted. Further, to study the effectiveness of GGBFS in geopolymer concrete, varying proportions of GGBFS by replacing fly ash from the mix were used.

The fly ash was partially replaced by GGBFS in 20, 40, 60, 80, and 100% by the weight of fly ash in the mix. The concrete constituents were proportioned on the trial and error method because of the unavailability of the exact design procedure [15]. The mix design criterion in this study is based on the specific gravity of ingredients. The quantities and proportions of the ingredients of the GPC mix are given in Table 4. The total weight of the solid binder was kept fixed which is 460 kg/m$^3$. The absolute volume, grading curve of aggregates and specific gravity of materials have been used to determine the quantity of aggregates. The mix design methodology is presented in the form of a flowchart as shown in Figure 2.

The surface dried coarse and fine aggregates, fly ash and GGBFS were mixed in a dried state in a fixed which is 460 kg/m$^3$. The mixing process of geopolymer concrete was achieved on a vibration table. The mixture of coarse and fine aggregates, fly ash and GGBFS continuously for 180 seconds to achieve a uniform concrete mixture. This freshly mixed geopolymer concrete was cast in 150 mm cube moulds, 150×300 mm cylinder moulds, and 100×100×500 mm beam moulds. Compaction of concrete moulds was done on a vibration table. The concrete-filled moulds were enclosed with a plastic wrapping sheet to stop the evaporation of free water from the green concrete.

Table 4. Mix proportion of fly ash and slag based geopolymer concrete

| Mix No.  | W/GSB | AAS/GSB | Molarity of SH$_{sol}$ | SS$_{sol}$/SH$_{sol}$ | % of GGBFS by weight of GSB (Fly ash + GGBFS) | CA by weight of GSB | FA by weight of GSB |
|----------|-------|---------|-----------------------|----------------------|-----------------------------------------------|-------------------|-------------------|
| M$_{0.40}$ | 0.23  | 0.40    | 16                    | 1.8                  | 0                                             | 2.47              | 1.07              |
| M$_{0.45}$ | 0.23  | 0.45    | 16                    | 1.8                  | 0                                             | 2.44              | 1.06              |
| M$_{0.50}$ | 0.23  | 0.50    | 16                    | 1.8                  | 0                                             | 2.41              | 1.05              |
| M$_{0.55}$ | 0.23  | 0.55    | 16                    | 1.8                  | 0                                             | 2.35              | 1.04              |
| M$_{0.60}$ | 0.23  | 0.50    | 16                    | 1.8                  | 20                                            | 2.46              | 1.07              |
| M$_{60.50}$ | 0.23  | 0.50    | 16                    | 1.8                  | 40                                            | 2.51              | 1.09              |
| M$_{60.55}$ | 0.23  | 0.50    | 16                    | 1.8                  | 60                                            | 2.55              | 1.11              |
| M$_{60.60}$ | 0.23  | 0.50    | 16                    | 1.8                  | 80                                            | 2.60              | 1.13              |
| M$_{60.80}$ | 0.23  | 0.50    | 16                    | 1.8                  | 100                                           | 2.65              | 1.15              |
2.4. Slump Test

Workability of freshly mixed geopolymer concrete was determined by Slump test apparatus. The apparatus essentially consisted of a steel mould in the shape of a frustum of a cone along with a tampering steel rod. The inner diameters of the frustum at the bottom and top are 200 mm and 100 mm respectively. The height of the frustum is 300 mm. Workability was determined as per the Indian Standard (IS: 7320).

2.5. Curing of Samples

The concrete-filled moulds wrapped with plastic sheet were left at ambient temperature for 60 minutes. After 60 minutes of ambient curing, the moulds [21, 25] were kept in an oven for heat curing at a controlled temperature of 60°C for 24 hours. The oven-cured specimen moulds shown in Figure 3 were kept at an ambient temperature of 24-26°C and relative humidity of 60 ± 5% until testing.

3. Test Instruments and Experiments

3.1. Compressive Strength Test

The compressive strengths of GPC cubes were determined at 3, 7, and 28 days using a hydraulic digital compression testing machine (Figure 4.a) having a capacity of 2000 kN and the least count of 0.1 kN as per Indian Standard IS: 516 [26]. The test was conducted keeping a displacement rate of 1.4-1.6 Kg/min. Three cubes of each mix were tested and an average compressive strength value was obtained.
3.2. Flexure Test

The flexural strength test was done on a digital flexure testing machine (Figure 4.b) having a capacity of 100 kN and the least count of 0.1 kN. The flexural strength of a beam of dimensions 100×100×500 mm was determined by subjecting the beam to center point loading as per ASTM Standards ASTM C-293-02, 2002 [27]. Three beams of each mix were tested, and an average flexural strength value was obtained.

3.3. Modulus of Elasticity

An extensometer equipped with a dial gauge was mounted in the middle portion of the cylindrical specimen (Figure 4.c) to measure the deformation of the cylindrical sample [28, 29]. Cylindrical specimens were tested under uniaxial compression load at a displacement rate of 1.4-1.6 Kg/min.

3.4. Split Tensile Test

The split tensile test was done on the same compressive testing machine as per Indian standard IS:5816 [30]. Split strength was measured on 150×300 mm cylinders subjected to compression load transverse to the longitudinal axis of the cylinder (Figure 4.d). The same displacement rate of 1.4-1.6 kg/min was maintained. Three cylinders of each mix were tested at 28 days, and average values were obtained.

4. Results and Discussion

Nine different mix proportions of GGBFS and alkali based geopolymer concrete were tested. The workability and various strengths such as compressive, split, flexure strengths, as well as elastic modulus, were determined.

4.1. Effect of GGBFS and AAS/GSB on Workability

The geopolymer concrete mixes were designed with the solid binder (GGBFS and fly ash), liquid binder (Alkaline activated solution), aggregates, and water. In present research obtained quantity of water has fixed for all design mix. Obtained quantity of water has divided in two part. One part used in the preparation of AAS solution and other part used for slump. Higher AAS to GSB ratio have used more quantity of water for preparation of AAS and remaining water used for slump. This concrete mix was found to be cohesive and highly plastic for lower ratio of AAS to GSB content, because less water consumed in preparation of AAS and remaining more water used to make more workable GPC. The slump values have been obtained to optimised ratio of AAS to GSB in without GGBS design mixed as shown in Figure 5. The inclusion of GGBFS in the geopolymer concrete mix also reduced the slump values at optimized ratio of AAS to GSB. A comparative plot of the slump test result with the quantity of alkali-activated solution and inclusion of GGBFS into geopolymer concrete is shown graphically in Figure 5. The increasing percentage content of GGBFS increases the stiffness of the geopolymer concrete mix. It has been also observed that the geopolymer concrete and Portland cement concrete are rheologically different. Reactive and excess water has participated in the hydration process and slump of Portland cement concrete respectively while water is used in GPC only for preparation of AAS and gaining workability. As observed from previous studies, workability of GPC mix was decreased by adding slag [24, 31]. Superplasticizer can be added to improve workability at higher content of GGBFS in geopolymer mix. The mechanical and physical properties of the hardened concrete may be affected by workability.
4.2. Compressive Strength of GPC

In the present investigation, two broad modifications in the GPC were considered. In the first, four different alkali-activated solutions (AAS) to geopolymer solid binder (GSB) ratios were applied. These ratios were 0.40, 0.45, 0.50 and 0.55. In the second, five different replacements of fly ash by GGBFS were applied. These replacements were 20%, 40%, 60%, 80%, and 100% by weight of total fly ash. Samples of GPC with these modifications were tested. The results of compressive strengths at 3, 7, and 28 days are presented in Figures 6 and 7.
4.3. Impact of the Ratio of AAS-to-GSB on the Compressive Strength of GPC

A chart of compressive strengths of GPC at 3, 7, and 28 days for four AAS-to-GSB ratios is presented in Figure 6. It is seen that the maximum increase in the value of compressive strength is obtained at an AAS-to-GSB ratio of 0.5. Fly ash based GPC gives moderate strength.

4.3.1. Effect of GGBFS on Compressive Strength of GPC

To study the effect of GGBFS content in the GPC, different proportions of GGBFS were applied keeping AAS to GSB ratio fixed at 0.50. Figure 7 shows the influence of varying GGBFS on compressive strengths at 3, 7, and 28 days of curing. The compressive strength values at 28 days were found to increase by 232% and 245% respectively, over the ordinary (fly ash based) geopolymer concrete when 80% and 100% fly ash were replaced by GGBFS. Figure 7 shows that a 60% replacement of fly ash by GGBFS has increased the compressive strength moderately. The same rate of gain in strength is almost valid for 40% replacement of fly ash by GGBFS in GPC. However, a sharp rise in strength has been observed for 80% fly ash replacement by GGBFS. A very marginal rise in strength is observed at 100% GGBFS content in GPC.

The optimum compressive strength was found at 80% GGBFS content in the GPC. Fly ash based GPC with zero GGBFS content has yielded a 3 days compressive strength upto to 88% of 28 days compressive strength. Addition of GGBFS influences the early strength as compared to the fly ash based GPC as shown in Figure 7. However, as compared to OPC or PPC based concrete, GGBFS-fly ash based GPC has also yielded a high early strength upto 77-86% of the 28 days strength. No surface cracks were visible after oven curing at 60°C. However, surface cracks caused by the shrinkage of the alkali-activated slag concrete have been reported by some investigators [10]. Moderate compressive strength with the participation of slag in GPC at ambient curing has been reported by some investigators [21, 25, 32-34]. Accelerated polymerization process among fly ash, GGBFS, and AAS are predominant at 60°C [25, 35]. The higher gain in compressive strength is credited to the greater content of calcium in GGBFS [35]. The GGBFS mainly contributes to the interaction of hydrates of calcium silicate, calcium aluminosilicate, and sodium aluminosilicate gels which are accountable for the increase in compressive strength.

4.4. Flexural Strength of GPC

Flexural strength represents the ability of beams to resist failure in bending. The flexural strengths of the specimens at the end of 28 days are listed in Table 5. The flexural strength was found to be influenced by the AAS-to-GSB ratio in GPC. The flexural strength value of geopolymer concrete without GGBFS was obtained maximum at an AAS-to-GSB ratio of 0.5. It is seen from Figure 8 that the optimum value of the flexural strength is obtained at 80% of GGBFS content. Normally, the compressive and flexural strengths have a strong relationship with each other. The predicted flexural strength of Portland cement concrete can be obtained by the ACI 318 Building Code [36], an expression for which can be given as:

\[ f_{rs} = 0.62 \times \sqrt{f_c} \text{ MPa.} \]
Where $f_c$ and $f_{rs}$ are the flexural and compressive strengths (MPa) respectively, of GPC at 28 days. The flexural strength of most of the specimens were found to be 2-20% more than the predicted flexural strength from Equation 2. Based on experimental results, the authors present a formula for the estimation of flexural strength of alkali- activated-GGBFS based geopolymer concrete as:

$$f_{rs} = 0.3377 \times f_c^{0.674} \text{ MPa.}$$

Equation 2

A comparison of the flexural strengths obtained by Diaz-Loya et al. (2011), ACI M318-05 (2005) and Nath & Sarker (2016) [29, 36, 37] vis. a vis. authors’ is presented in Figure 8. The expressions for estimating flexural strength are in terms of compressive strength. It is seen that the predicted value of flexural strength by Diaz-Loya et al. (2011) [29] is given as $f_{rs} = 0.69 \times \sqrt{f_c}$ which gives higher values of flexural strength than the authors’ values for GGBFS content upto 60% whereas, the same gives lower values of flexural strengths for GGBFS content more than 60%. However, the expression $f_{rs} = 0.93 \times \sqrt{f_c}$ obtained from [37] yields higher flexural strength than the authors’ predicted value (Equation 2). However, it is obvious that the flexural strength of alkali-activated-GGBFS based GPC is more as compared to OPC based concrete [38].

Table 5. Mechanical properties of GGBFS- alkali-activated geopolymer concrete at 28 days.

| Mix No. | Flexural Strength (MPa) | Elastic Modulus (MPa) | Split Tensile Strength (MPa) | Unit Weight (Kg/m³) |
|---------|------------------------|-----------------------|-----------------------------|---------------------|
| M0.40   | 2.70                   | 10260.00              | 1.69                        | 2375.70             |
| M0.45   | 2.88                   | 12890.00              | 1.81                        | 2390.81             |
| M0.50   | 2.97                   | 13950.00              | 1.90                        | 2404.44             |
| M0.55   | 2.94                   | 13790.00              | 2.10                        | 2398.52             |
| M20.50  | 4.04                   | 20200.00              | 20.20                       | 2411.56             |
| M40.50  | 5.10                   | 24500.00              | 22.50                       | 2467.56             |
| M60.50  | 5.75                   | 26980.00              | 23.98                       | 2489.19             |
| M80.50  | 6.98                   | 31280.00              | 26.72                       | 2593.78             |
| M100.50 | 7.02                   | 30750.00              | 26.75                       | 2546.37             |

Figure 8. Comparison of measured flexural strengths of fly ash/GGBFS-alkali-activated geopolymer concrete with published research and Codal values
4.5. Modulus of Elasticity of GPC (MOE)

A comparison of the elastic modulus of “class F” fly ash and GGBFS based geopolymer concrete is presented in Figure 9. The elastic modulus values show a rising trend when the AAS-to-GBS ratio was increased up to 0.50. The modulus of elasticity values are compared with the predicted elastic moduli of Portland cement concrete by ACI Building Code [36] and “FIP Model Code” [39]. The elastic modulus of Portland cement concrete as per [39] can be estimated as:

\[ E_c = 8482.50 (f_c)^{1/3} \text{ MPa.} \]  

(3)

Where, \( E_c \) is the static elastic modulus (MPa) of Portland cement concrete at 28 days. As per ACI Building Code [36], the expression for estimating static elastic modulus of Portland cement concrete (bulk density between 2375 to 2593 Kg/m\(^3\)) can be given as:

\[ E_c = 0.043 w_c^{1.5} \times f_c^{0.5} \text{ MPa.} \]  

(4)

Where \( w_c \) is the bulk density (kg/m\(^3\)). As shown in Figure 9, the authors’ experimentally obtained modulus of elasticity value is lower as compared to the modulus of elasticity estimated by Equations 3 and 4.

The experimentally determined values of elastic modulus were also compared with those obtained from Lee and Lee (2013) [10], where the expression for elastic modulus is given as \( E_c = 5300 (f_c)^{3/2} \). Elastic modulus values as per Lee and Lee (2013) [10] were found to be higher than the authors’ experimental values for GGBFS content upto 40%, whereas, for GGBFS content more than 50% in GPC, lower than the experimental values of elastic modulus are shown (Figure 9). The elastic modulus values obtained by Lee et al. (2013), Hu et al. (2019) and Sofi et al. (2013) [10, 28, 40]. They were also found to be lower than the values obtained from ACI M318-05 and CEB-FIP Model [36, 39]. It is understood that the elastic modulus of GPC with high GGBFS content is more as compared to the GPC without GGBFS content. The reason for higher modulus of elasticity can be attributed to the increased production of the hydrates of calcium silicate and calcium aluminosilicate gels. These calcium compounds are produced in abundance as compared to the hydrate of sodium aluminosilicate gel in a highly GGBFS content GPC which causes higher elastic modulus. Some more researchers have also observed that the increased quantity of GGBFS increases the elastic modulus value of GPC [25, 28, 41].

Based on experimental results, a formula for the estimation of static elastic modulus of alkali activated-GGBFS based GPC is proposed as:

\[ E_c = 1610 \times f_c^{0.664} \text{ MPa.} \]  

(5)
4.6. Split Tensile Strength Test

The split tensile strength of GPC is known to be related to some aspects of crack initiation and propagation in the concrete structure. The split tensile strength shows a rising trend when the content of GGBFS was increased keeping a constant AAS/GBS ratio of 0.50 in alkali-activated-GGBFS based geopolymer concrete. Predicted splitting tensile strength ($f_{ctm}$) of Portland cement concrete as per CEB-FIP Model Code 95 [39] and ACI 318 Building Code [36] respectively, are given by:

$$f_{ctm} = 0.335(f_c)^{2/3} \text{ MPa.} \quad (6)$$

$$f_{ct} = 0.56(f_c)^{0.50} \text{ MPa.} \quad (7)$$

where $f_{ctm}$ and $f_{ct}$ are the mean tensile strength value and tensile strength value of concrete at 28 days, respectively. Another study by Lee and Lee (2013) [10] showed that the splitting tensile strength value of alkali-activated-GGBFS based geopolymer concrete was 0.45 times the square root of its compressive strength. Based on experimental results (Figure 10), a formula for estimating the splitting tensile strength of alkali-activated-GGBFS based geopolymer concrete is proposed as:

$$f_{ct} = 0.108(f_c)^{0.868} \text{ MPa.} \quad (8)$$

As shown in Figure 10, the experimentally obtained splitting tensile strength value is lower than the value predicted by ACI M318-05 and CEB-FIP Model [36, 39] for Ordinary Portland cement concrete. But for the sample mix M0.40 and M100.50 the obtained splitting tensile value are more than the values obtained from [36]. The split tensile strength values found by Lee et al. (2013), Hu et al. (2019) and Sofi et al. (2013) [10, 28, 40]. They were also lower than the ACI M318-05 and CEB-FIP Model [36, 39] predicted values obtained from Equations 6 and 7. However, the split tensile strength values calculated according to Lee and Lee (2013) [10] were higher than the presented experimental values up to 50% GGBFS content, but those were lower than the present experimental values for more than 50% GGBFS content in GPC as shown in Figure 10.

Figure 10. Comparison of present measured splitting tensile strength of “class F” fly ash/GGBFS geopolymer concrete with other published results and Codal values

5. Conclusions

In this study, an attempt has been made to develop alkali-activated ground granulated blast furnace slag (GGBFS) based geopolymer concrete of considerable high strength. The achievement of this strength is attributed to the alkali-activated solution (AAS) containing hydroxide and silicate solutions of sodium and GGBFS. Investigation of strength and workability revealed the following facts.
Increased quantity of GGBFS reduces the workability but increased AAS-to-GSB ratio increases the workability of the geopolymer concrete.

Increased AAS-to-GSB ratio in fly ash based GPC contributes to the increased strength. However, an increase in the ratio beyond 0.5 does not bring any appreciable change in strength. AAS-to-GSB ratio of 0.50 yields maximum compressive strength value in the fly ash based GPC.

Substantial improvement in the mechanical properties of GPC is attained with the increased content of GGBFS. It is seen that 80% GGBFS content in GPC has produced maximum strength. The rise in strength in GPC having more than 80% GGBFS content is negligible.

GPC when cured at 60°C for 24 hours attains high early strength up to 77-86% of the 28 days compressive strength.

Empirical formulae have been proposed to estimate the flexural strength, elastic modulus and split tensile strength in terms of compressive strength of GPC cured at 60°C for 24hrs. It is expected that these formulae will be helpful for the concrete technologists.

The present paper has strived to bring out a somewhat novel concrete material, based on ground granulated blast furnace slag and alkali-activated solution that possesses substantial mechanical properties while utilizing the industrial wastes. It is expected that this concrete material will find its wide applicability as structural concrete. It would be useful much more in areas where mixing water is not available.

6. Abbreviations and Nomenclature

AAS: alkali-activated solution
FA: Fine Aggregate
GLB: Geopolymer liquid binder
GSB: Geopolymer Solid binder
PPC: Portland Pozzolanic cement
CA: Coarse aggregate
GGBFS: Ground granulated blast furnace slag
GPC: Geopolymer concrete
OPC: Ordinary Portland cement
PSC: Portland slag cement

7. Declarations

7.1. Author Contributions
Conceptualization: G.K. and S.S.M.; methodology: G.K. and S.S.M.; validation: G.K.; formal analysis: G.K.; investigation: G.K.; resources: G.K.; data curation: G.K.; writing—original draft preparation, G.K.; writing—review and editing, S.S.M.; visualization: G.K.; supervision: S.S.M.; project administration: S.S.M.; funding acquisition: G.K. All authors have read and agreed to the published version of the manuscript.

7.2. Data Availability Statement
The data presented in this study are available in article.

7.3. Funding and Acknowledgements
The authors acknowledge the funding and support from NIT Patna and the staff members of the Cement Concrete Laboratory of the Department of Civil Engineering, NIT Patna.

7.4. Conflicts of Interest
The authors declare no conflict of interest.

8. References
[1] Zhang, Peng, Zhen Gao, Juan Wang, Jinjun Guo, Shaowei Hu, and Yifeng Ling. “Properties of Fresh and Hardened Fly Ash/slag Based Geopolymer Concrete: A Review.” Journal of Cleaner Production 270 (October 2020): 122389. doi:10.1016/j.jclepro.2020.122389.
[2] Benhelal, Emad, Gholamreza Zahedi, Ezzatollah Shamsaei, and Alireza Bahadori. “Global Strategies and Potentials to Curb CO2 Emissions in Cement Industry.” Journal of Cleaner Production 51 (July 2013): 142–161. doi:10.1016/j.jclepro.2012.10.049.
[3] Sabbagh Moghadam, Ali, and Navid Hadiani. “Stabilizing the Excavation Materials to Be Used in Fill Layers.” Civil Engineering Journal 4, no. 5 (June 3, 2018): 1165. doi:10.28991cej-0309165.
[4] Davidovits, Joseph. "Geopolymers: man-made rock geosynthesis and the resulting development of very early high strength cement." Journal of Materials education 16 (1994): 91-91.

[5] Pacheco-Torgal, Fernando, João Castro-Gomes, and Said Jalali. “Alkali-Activated Binders: A Review.” Construction and Building Materials 22, no. 7 (July 2008): 1305–1314. doi:10.1016/j.conbuildmat.2007.10.015.

[6] Ma, Chau-Khun, Abdullah Zawawi Awang, and Wahid Omar. “Structural and Material Performance of Geopolymer Concrete: A Review.” Construction and Building Materials 186 (October 2018): 90–102. doi:10.1016/j.conbuildmat.2018.07.111.

[7] Singh, B., M.R. Rahman, R. Paswan, and S.K. Bhattacharyya. “Effect of Activator Concentration on the Strength, ITZ and Drying Shrinkage of Fly Ash/slag Geopolymer Concrete.” Construction and Building Materials 118 (August 2016): 171–179. doi:10.1016/j.conbuildmat.2016.05.008.

[8] Bernal, Susan A., John L. Provis, Brant Walkley, Racket San Nicolas, John D. Gehman, David G. Brice, Adam R. Kilcullen, Peter Duxson, and Jannie S.J. van Deventer. “Gel Nanostructure in Alkali Activated Binders Based on Slag and Fly Ash, and Effects of Accelerated Carbonation.” Cement and Concrete Research 53 (November 2013): 127–144. doi:10.1016/j.cemconres.2013.06.007.

[9] Mastali, M., P. Kinnunen, A. Dalvand, R. Mohammadi Firouz, and M. Illikainen. “Drying Shrinkage in Alkali-Activated Binders – A Critical Review.” Construction and Building Materials 190 (November 2018): 533–550. doi:10.1016/j.conbuildmat.2018.09.125.

[10] Lee, N.K., and H.K. Lee. “Setting and Mechanical Properties of Alkali-Activated Fly Ash/slag Concrete Manufactured at Room Temperature.” Construction and Building Materials 47 (October 2013): 1201–1209. doi:10.1016/j.conbuildmat.2013.05.107.

[11] Ekapatri, Januarti Jaya, Muhammad Bahrol Ulum, Triwulan, Ridho Bayuaji, Tri Eddy Susanto, and Mohd Mustafa Al Bakri Abdullah. “A Comprehensive Characterization and Determination of Fly Ashes in Indonesia Using Different Methods.” Applied Mechanics and Materials 754–755 (April 2015): 320–325. doi:10.4028/www.scientific.net/amm.754-755.320.

[12] Ryu, Gum Sung, Young Bok Lee, Kyung Taek Koh, and Young Soo Chung. “The Mechanical Properties of Fly Ash-Based Geopolymer Concrete with Alkaline Activators.” Construction and Building Materials 47 (October 2013): 409–418. doi:10.1016/j.conbuildmat.2013.05.069.

[13] Ojha, Avinash, and Praveen Aggarwal. “Fly Ash Based Geopolymer Concrete: a Comprehensive Review.” Silicon (March 19, 2021). doi:10.1007/s12633-021-01044-0.

[14] Yost, Joseph Robert, Aleksandra Radlińska, Stephen Ernst, and Michael Salera. “Structural Behavior of Alkali Activated Fly Ash Concrete. Part 1: Mixture Design, Material Properties and Sample Fabrication.” Materials and Structures 46, no. 3 (August 9, 2012): 435–447. doi:10.1617/s11527-012-9919-x.

[15] Saini, Guneet, and Utjej Vattipalli. “Assessing Properties of Alkali Activated GGBS Based Self-Compacting Geopolymer Concrete Using Nano-Silica.” Case Studies in Construction Materials 12 (June 2020): e00352. doi:10.1016/j.cscm.2020.e00352.

[16] Luan, Chenchen, Xiaoshuang Shi, Kuanyu Zhang, Lodir Ulushev, Fuhua Yang, Jinxin Dai, and Qingyuan Wang. “A Mix Design Method of Fly Ash Geopolymer Concrete Based on Factors Analysis.” Construction and Building Materials 272 (February 2021): 121612. doi:10.1016/j.conbuildmat.2020.121612.

[17] Patil, Shabarish V., Veeresh B. Karikatti, and Manojkumar Chitawadagi. “Granulated Blast-Furnace Slag (GGBS) Based Geopolymer Concrete - Review Concrete - Review.” International Journal of Advanced Science and Engineering 5, no. 1 (August 24, 2018): 879. doi:10.29294/ijase.5.1.2018.789-885.

[18] Vijai, K., R. Kumutha, and B. G. Vishnuram. "Effect of types of curing on strength of geopolymer concrete." International journal of physical sciences 5, no. 9 (2010): 1419-1423.

[19] Noushini, Amin, Arnaud Castel, James Aldred, and Aditya Rawal. “Chloride Diffusion Resistance and Chloride Binding Capacity of Fly Ash-Based Geopolymer Concrete.” Cement and Concrete Composites 105 (January 2020): 103290. doi:10.1016/j.cemconcomp.2019.04.006.

[20] Nagajothi, S., and S. Elavenil. “Effect of GGBS Addition on Reactivity and Microstructure Properties of Ambient Cured Fly Ash Based Geopolymer Concrete.” Silicon 13, no. 2 (March 26, 2020): 507–516. doi:10.1007/s12633-020-00470-w.

[21] Bellum, Ramamohana Reddy, Ruben Nerella, Sri Rama Chand Madduru, and Chandra Sekhar Reddy Indukuri. “Mix Design and Mechanical Properties of Fly Ash and GGBFS-Synthesized Alkali-Activated Concrete (AAC).” Infrastructures 4, no. 2 (May 2, 2019): 20. doi:10.3390/infrastructures4020020.

[22] Ma, Hongqiang, Hongguang Zhu, Cheng Yi, Jingchong Fan, Hongyu Chen, Xiaoran Xu, and Tao Wang. “Preparation and Reaction Mechanism Characterization of Alkali-Activated Coal Gangue–Slag Materials.” Materials 12, no. 14 (July 12, 2019): 2250. doi:10.3390/ma12142250.
[23] IS 383, “Indian Standard Coarse and Fine Aggregate for Concrete,” Bureau of Indian Standards, (2016).

[24] Reddy, M. Srinivasula, P Dinakar, and B. Hanumantha Rao. “Mix Design Development of Fly Ash and Ground Granulated Blast Furnace Slag Based Geopolymer Concrete.” Journal of Building Engineering 20 (November 2018): 712–722. doi:10.1016/j.jobe.2018.09.010.

[25] Bellum, Ramamohana Reddy, Karthikeyan Muniraj, and Sri Rama Chand Madduru. “Investigation on Modulus of Elasticity of Fly Ash-Ground Granulated Blast Furnace Slag Blended Geopolymer Concrete.” Materials Today: Proceedings 27 (2020): 718–723. doi:10.1016/j.matpr.2019.11.299.

[26] IS 456, “Indian Standard Plain and Reinforced Concrete,” Bureau of Indian Standards, (2000).

[27] ASTM C-293-02, “Standard Test Method for Flexural Strength of concrete (using Simple Beam with Center-Point Loading),” International Standard Organization, (2002).

[28] Hu, Yong, Zhuo Tang, Wengui Li, Yunan Li, and Vivian W.Y. Tam. “Physical-Mechanical Properties of Fly ash/GGBFS Geopolymer Composites with Recycled Aggregates.” Construction and Building Materials 226 (November 2019): 139–151. doi:10.1016/j.conbuildmat.2019.07.211.

[29] Diaz-Loya, E. Ivan, Erez N. Allouche, and Saiprasad Vaidya “Mechanical Properties of Fly-Ash-Based Geopolymer Concrete.” ACI Materials Journal 108, no. 3 (2011). doi:10.14359/51682495.

[30] IS 5816, “Indian Standard Splitting Tensile Strength of Concrete Method of Test,” Bureau of Indian Standards, (1999).

[31] Nath, Pradip, and Prabir Kumar Sarker. “Effect of GGBFS on Setting, Workability and Early Strength Properties of Fly Ash Geopolymer Concrete Cured in Ambient Condition.” Construction and Building Materials 66 (September 2014): 163–171. doi:10.1016/j.conbuildmat.2014.05.080.

[32] Tang, Zhuo, Yong Hu, Vivian W.Y. Tam, and Wengui Li. “Uniaxial Compressive Behaviors of Fly Ash/slag-Based Geopolymeric Concrete with Recycled Aggregates.” Cement and Concrete Composites 104 (November 2019): 103375. doi:10.1016/j.cemconcomp.2019.103375.

[33] Xie, Jianhe, Junjie Wang, Rui Rao, Chonghao Wang, and Chi Fang. “Effects of Combined Usage of GGBS and Fly Ash on Workability and Mechanical Properties of Alkali Activated Geopolymer Concrete with Recycled Aggregate.” Composites Part B: Engineering 164 (May 2019): 179–190. doi:10.1016/j.compositesb.2018.11.067.

[34] Mithanthaya, I.R., Shriram Marathe, N B S Rao, and Veena Bhat. “Influence of Superplasticizer on the Properties of Geopolymer Concrete Using Industrial Wastes.” Materials Today: Proceedings 4, no. 9 (2017): 9803–9806. doi:10.1016/j.matpr.2017.06.270.

[35] Kumar, Sanjay, Rakesh Kumar, and S. P. Mehrotra. “Influence of Granulated Blast Furnace Slag on the Reaction, Structure and Properties of Fly Ash Based Geopolymer.” Journal of Materials Science 45, no. 3 (February 2010): 607–615. doi:10.1007/s10853-009-3934-5.

[36] ACI M318-05, Building Code Requirements for Structural Concrete and Commentary, American Concrete Institute, (2005).

[37] Nath, Pradip, and Prabir Kumar Sarker. “Fracture Properties of GGBFS-Blended Fly Ash Geopolymer Concrete Cured in Ambient Temperature.” Materials and Structures 50, no. 1 (August 10, 2016). doi:10.1617/s11527-016-0893-6.

[38] Fang, Guohao, Wing Kei Ho, Wenlin Tu, and Mingzhong Zhang. “Workability and Mechanical Properties of Alkali-Activated Fly Ash-Slag Concrete Cured at Ambient Temperature.” Construction and Building Materials 172 (May 2018): 476–487. doi:10.1016/j.conbuildmat.2018.04.008.

[39] Code, CEB-FIP Model. “Comité euro-international du béton.” Bulletin d’information 213 (1995): 46.

[40] Sofi, M., J.S.J. van Deventer, P.A. Mendis, and G.C. Lukey. “Engineering Properties of Inorganic Polymer Concretes (IPCs).” Cement and Concrete Research 37, no. 2 (February 2007): 251–257. doi:10.1016/j.cemconres.2006.10.008.

[41] Puertas, F., M. Palacios, H. Manzano, J.S. Dolado, A. Rico, and J. Rodríguez. “A Model for the C-A-S-H Gel Formed in Alkali-Activated Slag Cements.” Journal of the European Ceramic Society 31, no. 12 (October 2011): 2043–2056. doi:10.1016/j.jeurceramsoc.2011.04.036.